Figure S 2.
1 H and 13 C NMR spectra of compound 2. 
QD characteristics

Synthesis of colloidal ZnO nanoparticles
ZnO nanoparticles were synthesized based on low-temperature solution-precipitaion method reported in the literature. 3mmol of Zn acetate hydrate was dissolved in 30ml of dimethyl sulfoxide (DMSO). 5mmol of tetramethylammonium hydroxide (TMAH) dissolved in 10 ml of ethanol was dropwisely added in rate of ~8ml/min to ZnO solution and stirred 1hr in ambient air. Then ZnO nanoparticles were precipirated with acetone and redispersed in ethanol at a concentration of ~40mg/ml. 
